Functionalization of PLA Aerogels with TiO$_2$ Nanoparticles

STOJA L. MILOVANOVIĆ, University of Belgrade, Faculty of Technology and Metallurgy, Belgrade
DARKA D. MARKOVIĆ, University of Belgrade, Innovation Center of the Faculty of Technology and Metallurgy, Belgrade
IVANA D. NIKOLIĆ, University of Belgrade, Faculty of Technology and Metallurgy, Belgrade

This study was aimed to prepare material with high porosity and photocatalytic activity by immobilization of TiO$_2$ nanoparticles (NPs) onto poly(lactic acid) (PLA) aerogels. PLA aerogels were prepared in three steps: (1) dissolution of polymer in chloroform at 22 °C, (2) chloroform replacement with ethanol, and (3) supercritical CO$_2$-drying at pressure 19 MPa and temperature 39 °C. Immobilization of TiO$_2$ NPs was performed by in situ and ex situ methods. Obtained samples were characterized using SEM, EDX, and FTIR analysis. Photocatalytic activity of developed material was tested by following decolorization of dye C.I. Acid Orange 7 in water solution. It was shown that the morphology of PLA aerogels was slightly affected by TiO$_2$ NPs immobilization. PLA aerogels with TiO$_2$ NPs immobilized by ex situ method sustained floatability during test period and provided a complete decolorization of dye solution after 330 minutes of illumination. High photocatalytic activity of the sample was preserved within three repeated cycles of dye decolorization.

Key words: Photocatalytic activity, poly(lactic acid) aerogel, supercritical CO$_2$, TiO$_2$ nanoparticles

1. INTRODUCTION

In the last years, poly(lactic acid) (PLA) gained significance as a biodegradable and biocompatible material, produced from renewable resources, which could be used in medicine and food packaging industry [1, 2]. In order to increase number of PLA applications, several methods have been explored such as chemical or thermal processing as well as addition of different organic and inorganic substances [3-6]. Functionalization of PLA films, foams or fabrics, can be performed by addition of natural bioactive components [7, 8], metal oxides [9], carbon nanotubes [3], drugs [10], proteins [11], clay [12], etc. However, this study tested functionalization of PLA aerogels by immobilization of TiO$_2$ nanoparticles (NPs) for application in treatment of colored wastewaters. For that purpose, PLA aerogels were prepared in three steps: (1) dissolution of PLA in appropriate solvent, (2) solvent replacement with ethanol, and (3) supercritical CO$_2$ (scCO$_2$) drying.

These steps allow formation of highly porous polymer materials [13, 14]. scCO$_2$ is the most appropriate medium for polymer gel drying and aerogel preparation since it has mild critical conditions, liquid like density, gas like diffusivity, GRAS status (Generally Recognized as Safe), and near zero surface tension [13].

Additionally, variation in scCO$_2$-assisted process pressure and temperature allows control of material morphology. TiO$_2$ NPs were selected for PLA aerogel functionalization due to its high photoactivity, high stability, and non-toxicity. Owing to these properties, TiO$_2$ NPs are appropriate for development of material that can be used for treatment of wastewater [15-17].

Through this study, we showed that the scCO$_2$-drying method enabled preparation of porous material and that the method of TiO$_2$ NPs immobilization determines material photocatalytic activity. Properties of materials were assessed by SEM, EDX, and FTIR analysis. Activity of the obtained materials was tested by following decolorization of dye C.I. Acid Orange solution under sun light illumination.
2. MATERIALS AND METHODS

PLA beads with density of 1250 kg/m³, melting temperature 155°C, and molecular weight of 116 kg/mol were supplied by NatureWorks (USA). Beads were dissolved in chloroform (Lachema, Czech Republic) at a ratio of 1:10 (at temperature 22°C, during 4 h mixing using a magnetic stirrer). PLA solution was poured in a petri dish where absolute ethanol (p.a., Zorka Pharma, Serbia) was added for solvent replacement. After 24 h, obtained algocels were cut into a disc shape (V~95 mm³).

PLA discs were dried in a high-pressure view cell (Eurotechnica GmbH, Germany) using scCO₂ at pressure 19 MPa and temperature 39°C [2] for 2 h and 40 min by a combination of static and dynamic mode. In this manner aerogels were obtained. The drying process was finished by release of CO₂ from the system with a rate of 2 MPa/min.

TiO₂ NPs (Degussa P25, Aerioxide, Germany) were immobilized onto prepared PLA aerogels by ex situ method. Namely, 0.5 g of PLA aerogels was immersed in 55 mL of a dispersion containing TiO₂ NPs (0.1 M) for 2 h. This method of TiO₂ NPs im-mobilization was also applied for PLA beads (control sample). Afterwards, samples were dried at room temperature, rinsed with deionized water, air-dried, and tested as floating photocatalysts. For comparison, TiO₂ NPs were also immobilized onto/into PLA matrix by in situ method. Namely, 20 mg of TiO₂ NPs was added into 10 mL of previously prepared PLA solution. After intensive mixing for 1 h, the obtained suspension was poured into a petri dish, and absolute ethanol was added for solvent replacement. Obtained algocels were cut into discs shape and dried using scCO₂ (at the same conditions as previously descri-bed).

The morphology of dry PLA aerogels was analyzed by field emission scanning electron microscopy (FESEM, Tescan Mira3 FEG, Czech Republic). The samples were fractured using liquid nitrogen to pre-serve its morphology and coated with a thin layer of Au/Pd (85/15) prior to the analysis.

The presence of Ti on the surface of prepared material was confirmed by energy-dispersive X-Ray spectroscopy (EDX) using a JEOL JSM 5800 SEM with a SiLi X-Ray detector (Oxford Link Isis series 300, UK).

The photocatalytic activity of prepared samples with TiO₂ NPs was examined by following disco-lora-tion of acid dye CI. Acid Orange 7 (AO7, Cassella, Germany). PLA samples with TiO₂ NPs (0.25 g) were placed in AO7 aqueous solutions (25 mL of 10 mg/L) and shaken in the water bath under sunlight illumination (ULTRA-VITALUX lamp, 300 W, Osram). Optical power was 30 mW·cm² (determined by R-752 Universal Radiometer Readout with sensor model PH-30, DIGIRAD). The concentration of AO7 was determined using UV-vis spectrophotometer (Cary 100 Scan, Varian) by measuring absorption intensity at 484 nm. Test was repeated two times.

Fourier transform infrared (FTIR) spectra was recorded using an ATR-FTIR spectrometer Nicolet iS10 (Thermo Fisher Scientific Inc., USA).

3. RESULTS

PLA beads were transformed into disc shape alcogels (Figure 1a), which were dried using scCO₂ at 19 MPa and 39°C enabling preparation of disc-shape aerogels (Figure 1b). Compared to the volume of alcogels, the volume of obtained aerogels decreased only slightly during scCO₂-assisted drying implying that the morphology of wet gel was preserved.

![Figure 1 - Images of PLA samples: a) alcogel and b) aerogel (bar size 1 cm)](image-url)

TiO₂ NPs were further immobilized onto obtained aerogels (ex situ method). Immobilization of NPs was also tested by addition of TiO₂ NPs during PLA solution preparation (in situ method). Addition of nanoparticles did not affect appearance of PLA aerogels. The same behaviour was previously reported for immobilization of TiO₂ NPs onto/into PLA aerogels prepared by using scCO₂ at 15 MPa and 35°C [18].

Morphology of prepared PLA samples is presented in Figure 2. SEM images confirm that scCO₂-assisted drying enabled preparation of porous PLA material (Figure 2a). It can be seen that the surface of aerogels is non-uniform with pores smaller than 1 μm. On the contrary, internal pores are uniformly distributed. Aerogel interior has two size pores (around 10 μm and around 0.5 μm).

Immobilization of TiO₂ NPs by ex situ method led to formation of NPs agglomerate. Addition-ally, these agglomerates formed continued layer of NPs in some sections of the aerogel surface (Fig. 2b). Presence of small number of NPs in this material cross section is noticed only close to the surface. On the other hand, smaller agglomerates of TiO₂ NPs were presented through the surface and cross-section of the PLA material obtained by in situ method (Fig. 2c). In addition, it can be seen that the surface of aerogels with TiO₂ NPs immobilized by ex situ method contains larger amount of nanoparticles on its surface. Also, the size of aerogels’ interior pores was not significantly affected upon nanoparticles immobilization.
S. MILOVANOVIĆ at al.  

FUNCTIONALIZATION OF PLA AEROGELS WITH TiO$_2$...

Figure 2 – SEM images of a) neat PLA aerogels, b) PLA+TiO$_2$ ex situ and c) PLA+TiO$_2$ in situ

The EDX spectra of PLA+TiO$_2$ aerogel samples, presented in Figure 3, revealed the presence of Ti. Picks corresponding to Ti originate from TiO$_2$ NPs. Additionally, it can be seen that the intensity of Ti picks is significantly larger on the surface of the sample obtained by ex situ method (Figure 3a). These results confirm findings of SEM analysis.

The photocatalytic activity of materials with NPs prepared by ex situ method (PLA aerogels and PLA beads with immobilized TiO$_2$ NPs), PLA aerogels with NPs prepared by in situ method, as well as neat PLA aerogels was tested in AO7 aqueous dye solution under sun-like illumination. The possible photodegradation of dye was investigated by following the decolorization of dye solution. First, it was determined that the dye AO7 was not prone to photolysis. Test revealed that neat PLA aerogels did not induce any dye sorption or dye photodegradation. The results also revealed that PLA beads with TiO$_2$ NPs immobilized by ex situ method as well as PLA aerogels with TiO$_2$ NPs immobilized by in situ method did not show any photocatalytic activity. Only PLA aerogels with TiO$_2$ NPs immobilized by ex situ method enable discoloration of dye solution. The same behaviour was previously reported for PLA aerogels with TiO$_2$ NPs prepared using scCO$_2$ at 15 MPa and 35°C [18].

Figure 3 – EDX spectra of aerogels: a) PLA+TiO$_2$ ex situ and b) PLA+TiO$_2$ in situ

Kinetic of dye solution decolorization is presented in Figure 4. It can be seen that complete discoloration of AO7 dye solution, during first cycle, is obtained after 330 min of illumination. Hsieh et al. [19] reported that for complete discoloration of AO7 dye solution with graphene+TiO$_2$ composites it took more than 6 h. However, our previous publication [18] reported PLA aerogels obtained by scCO$_2$-drying at 15 MPa and 35°C with immobilized TiO$_2$ NPs that completely discolor AO7 dye solution after 240 min of illumination.

Figure 4 – The percentage of discoloration of AO7 dye solution in the presence of PLA aerogels with TiO$_2$ NPs immobilized by ex situ method

By comparing this result with results of current study, it can be concluded that condition of scCO$_2$-drying process determined aerogel morphology, which...
consequently affected TiO$_2$ immobilization and photocatalytic activity of obtained material.

After dye solution discoloration, aerogels were separated from the liquid, dried and tested again in fresh dye solution. Reusability of aerogels was con-fir-med in two additional cycles. The second cycle of photo-degradation resulted in dye solution decolorization after 240 min, while the third cycle resulted in dye solution decolorization after 360 min.

FTIR spectra of neat PLA aerogel, PLA with TiO$_2$ NPs immobilized by ex situ method (PLA+TiO$_2$ ex situ), and PLA with TiO$_2$ NPs immobilized by ex situ method after three cycles of dye solution decolorization (PLA+TiO$_2$ ex situ after three cycles of illumination) are presented in Figure 5.

**Figure 5 – FTIR spectra of:**
- a) neat PLA aerogel,
- b) PLA+TiO$_2$ ex situ,
- c) PLA+TiO$_2$ ex situ after three cycles of illumination

Bands observed at 2996 cm$^{-1}$, 1751 cm$^{-1}$, and 1455 cm$^{-1}$ are assigned to C–H from aliphatic CH$_3$ groups, to carbonyl stretching C=O in the ester group, and to asymmetric –CH$_3$ deformation vibrations, respectively [20–22]. In addition bands observed at 1182 cm$^{-1}$ and 754 cm$^{-1}$ are attributed to the symmetric C–O–C stretching of the PLA ester groups and to O–CH–CH$_3$ ester groups, respectively [20–22]. Namely, these bands that are characteristic for neat PLA can be seen in spectra of all samples.

Hence, it can be concluded that immobilization of TiO$_2$ NPs did not affect chemical stability of PLA aerogels. Figure 5c also revealed that illumination and use of samples for dye solution decolorization did not induce any change in chemical stability of PLA during tested period.

Proposed method of PLA processing enabled preparation of porous material with desired properties.

4. CONCLUSION

The results of this study indicated that scCO$_2$-drying process at 19 MPa and 39 ºC and for 2 h 40 min led to preparation of porous PLA material. Obtained porous PLA aerogels could be successfully used as carriers for TiO$_2$ NPs. It was shown that ex situ method of TiO$_2$ NPs immobilization was superior compared to in situ method for preparing of a floating photocatalyst. FTIR analysis indicated that TiO$_2$ NPs immobilization and illumination did not affect chemical stability of PLA. PLA aerogels with TiO$_2$ NPs immobilized by ex situ method decolorized dye AO7 solution after only 330 min of illumination. Excellent photocatalytic activity of prepared materials was retained after three illumination cycles. These results indicated that environmentally friendly material was prepared for potential use in treatment in color wastewater.

5. REMARK

The paper was presented at the International Conference on Aerogels for Biomedical and Environmental Applications, 18-20 February 2020. Santiago de Compostela (Spain).

6. ACKNOWLEDGMENT

This work was supported by the Ministry of Education, Science and Technological Development of the Republic of Serbia (Contract No. 451-03-9/2021-14/200135). Work was carried out in the frame of the COST-Action „Advanced Engineering of aeroGels for Environment and Life Sciences“ (AERoGELS, ref. CA18125) funded by the European Commission.

REFERENCES

[1] Nofar M, Saciligil D, Carreau P, Kamal M, Heuzey M. Poly(lactic acid) blends: Processing, properties and applications, *International Journal of Biological Macromolecules*, Vol. 125, pp. 307–360, 2019.

[2] Salerno A, Fernández-Gutiérrez M, Del Barrio JSR, Domingo C. Bio-safe fabrication of PLA scaffolds for bone tissue engineering by combining phase separation, porogen leaching and scCO2 drying, *Journal of Supercritical Fluids*, Vol. 97, pp. 238–246, 2015.

[3] Rojas-Lema S, Quiles-Carrillo L, Garcia-Garcia D, Melendez-Rodriguez B, Balart R, Torres-Giner S. Tailoring the properties of thermo-compressed polylactide films for food packaging applications by individual and combined additions of lactic acid oligomer and halloysite nanotubes, *Molecules*, Vol. 25, pp. 1–23, 2020.

[4] Klinkajorn J, Tanrattanakul V. Compatibilization of poly(lactic acid)/epoxidized natural rubber blend with maleic anhydride, *Journal of Applied Polymer Science*, Vol. 137, pp. 1–9, 2020.

[5] Agüero A, del C. Morcillo M, Quiles-Carrillo L, Balart R, Boronat T, Lascano D, Torres-Giner S,
Fenollar O, Study of the influence of the reprocessing cycles on the final properties of polylactide pieces obtained by injection molding, Polymers, Vol. 11, 2019.

[6] Stoclet G, Sclavons M, Lecouvet B, Devaux J, Van Velthem P, Boborodea A, Bourbigit S, Sallem-Idrissi N, Elaboration of poly(lactic acid)/halloysite nanocomposites by means of water assisted extrusion: Structure, mechanical properties and fire performance, RSC Advances, Vol. 4, pp. 57553–57563, 2014.

[7] Milovanovic S, Hollermann G, Errenst C, Pajnik J, Frerich S, Kroll S, Rezwan K, Ivanovic J, Supercritical CO2 impregnation of PLA/PCL films with natural substances for bacterial growth control in food packaging, Food Research International, Vol. 107, pp. 486–495, 2018.

[8] Milovanovic S, Markovic D, Mrakovic A, Kuska R, Zizovic I, Frerich S, Ivanovic J, Supercritical CO2-assisted production of PLA and PLGA foams for controlled thymol release, Materials Science and Engineering C, Vol. 99, pp. 394–404, 2019.

[9] Ivanovic J, Rezwan K, Kroll S, Supercritical CO2 deposition and foaming process for fabrication of biopolyester–ZnO bone scaffolds, Journal of Applied Polymer Science, Vol. 135, pp. 1–11 2018.

[10] Duygulu NE, Ciftci F, Ustundag CB, Electrospun drug blended poly(lactic acid) (PLA) nanofibers and their antimicrobial activities, Journal of Polymer Research, Vol. 27, pp. 12–16, 2020.

[11] Bal Z, Korkusuz F, Ishiguro H, Okada R, Kushioka J, Chijimatsu R, Kodama J, Tateiwa D, Ukon Y, Nakagawa S, Dedê EC, Gizer M, Korkusuz P, Yoshikawa H, Kaito T, A novel nano-hydroxyapatite/synthetic polymer/bone morphogenetic protein-2 composite for efficient bone regeneration, Spine Journal, 2021.

[12] Mahmoodi A, Ghodrati S, Khorasani M, High-Strength, Low-Permeable, and Light-Protective Nano-composite Films Based on a Hybrid Na-nopigment and Biodegradable PLA for Food Packaging Applications, ACS Omega, Vol. 4, pp. 14947–14954, 2019.

[13] García-González CA, Camino-Rey MC, Alnaiief M, Zetzl C, Smirnova I, Supercritical drying of aerogels using CO2: Effect of extraction time on the end material textural properties, Journal of Supercritical Fluids, Vol. 66, pp. 297–306, 2012.

[14] García-González CA, Smirnova I, Use of supercritical fluid technology for the production of tailor-made aerogel particles for delivery systems, Journal of Supercritical Fluids, Vol. 79, pp. 152–158, 2013.

[15] Markovic D, Milovanovic S, Radovanovic Ž, Zizovic I, Šaponjić Z, Radetić M, Floating Photocatalyst Based on Poly(ε-caprolactone) Foam and TiO2 Nanoparticles for Removal of Textile Dyes, Fibers and Polymers, Vol. 19, pp. 1219–1227, 2018.

[16] Markovic D, Milovanovic S, Radočić M, Radočić, Removal of textile dyes from water by TiO2 nanoparticles immobilized on poly(ε-caprolactone) beads and foams, Journal of the Serbian Chemical Society, Vol. 83, pp. 1379–1389, 2018.

[17] Buzarosváka S, Gualandi C, Parrilli A, Scandola M, Effect of TiO2 nanoparticle loading on poly(l-lactic acid) porous scaffolds fabricated by TIPS, Composites Part B: Engineering, Vol. 81, pp. 189–195, 2015.

[18] Milovanovic S, Markovic D, Pantic M, Pavlović SM, Knapecky-Korczak J, Stachewicz U, Novak Z, Development of advanced floating poly(lactic acid)-based materials for colored wastewater treatment, The Journal of Supercritical Fluids, Vol. 177, pp. 105328, 2021.

[19] Hsieh SH, Chen WJ, Wu CT, Pt-TiO2/graphene photocatalysts for degradation of AO7 dye under visible light, Applied Surface Science, Vol. 340, pp. 9–17, 2015.

[20] Nakayama N, Hayashi T, Preparation and characterization of poly(l-lactic acid)/TiO2 nano-particle nanocomposite films with high transparency and efficient photodegradability, Polymer Degradation and Stability, Vol. 92, pp. 1255–1264, 2007.

[21] Ahmed J, Hiremath N, Jacob H, Antimicrobial, rheological, and thermal properties of plasticized polylactide films incorporated with essential oils to inhibit staphylococcus aureus and campylobacter jejuni, Journal of Food Science, Vol. 81, pp. E419–E429, 2016.

[22] Wang XJ, Huang Z, Wei MY, Lu T, Nong DD, Zhao JX, Gao XY, Teng LJ, Catalytic effect of nanosized ZnO and TiO2 on thermal degradation of poly(lactic acid) and isoconversional kinetic analysis, Thermochimica Acta, Vol. 672, pp. 14–24, 2019.
REZIME

FUNKCIONALIZACIJA PLA AEROGELOVA POMOĆU TIO$_2$ NANOČESTICA

Cilj ovog istraživanja bio je priprema materijala velike poroznosti i fotokatalitičke aktivnosti imobilizacijom nanočestica TiO$_2$ na aeroglove poli(mlečne kiseline) (PLA). PLA aerogelovi su pripremljeni u tri koraka: (1) rastvaranje polimera u hloroformu na 22 °C, (2) zamena hloroforma etanolom i (3) natkritično sušenje upotrebom CO$_2$ na pritisku 19 MPa i temperaturi 39 °C. Imobilizacija TiO$_2$ nanočestica izvedena je in situ i ex situ metodama. Dobijeni uzorci su okarakterisani pomoću SEM, EDX i FTIR analize. Fotokatalitička aktivnost razvijenog materijala ispitana je prateći obezbojavanje vodenog rastvora boje C.I. Acid Orange 7. Pokazano je da imobilizacija TiO$_2$ nanočestica ne utiče značajno na morfologiju PLA aerogelova. PLA aerogelovi sa TiO$_2$ nanočesticama imobilisanim ex situ metodom održavali su plutabilnost tokom isitivanja i omogućili su potpuno obezbojenje rastvora boje nakon 330 minuta osvetljenja. Velika fotokatalitička aktivnost uzorka očuvana je tokom tri ponovljena ciklusa obezbojavanja rastvora boje.

Ključne reči: Fotokatalitička aktivnost, aerogel poli(mlečne kiseline), natkritični CO$_2$, TiO$_2$ nanočestice